Multifunctional Materials

TOPICAL REVIEW

Multifunctional magnetic soft composites: a review

Shuai Wu¹, Wenqi Hu¹, Qiji Ze¹, Metin Sitti¹,² and Ruike Zhao¹,²

¹ Department of Mechanical and Aerospace Engineering, The Ohio State University, Columbus, OH 43210, United States of America
² Physical Intelligence Department, Max Planck Institute for Intelligent Systems, 70569 Stuttgart, Germany

E-mail: sitti@is.mpg.de and zhao.2885@osu.edu

Keywords: magnetic soft materials, stimuli-responsive materials, soft robotics, configurable structures

Abstract

Magnetically responsive soft materials are soft composites where magnetic fillers are embedded into soft polymeric matrices. These active materials have attracted extensive research and industrial interest due to their ability to realize fast and programmable shape changes through remote and untethered control under the application of magnetic fields. They would have many high-impact potential applications in soft robotics/devices, metamaterials, and biomedical devices. With a broad range of functional magnetic fillers, polymeric matrices, and advanced fabrication techniques, the material properties can be programmed for integrated functions, including programmable shape morphing, dynamic shape deformation-based locomotion, object manipulation and assembly, remote heat generation, as well as reconfigurable electronics. In this review, an overview of state-of-the-art developments and future perspectives in the multifunctional magnetically responsive soft materials is presented.

1. Introduction

Stimuli-responsive soft materials with both static and dynamic shape programming as well as reconfiguration capabilities have attracted significant interest as they serve as carriers for easy integration of functions, such as actuation and sensing, which offer great potential for applications in soft robotics [1], reconfigurable structures [2], biomedical devices [3, 4], and morphable electronics [5, 6], etc. Compared to conventional rigid materials, the soft and compliant matrix allows for large and dynamic deformations that enable active and passive physical adaptation to external environmental forces, stimuli, and constraints. Soft stimuli-responsive materials usually contain active fillers or microstructures in various types of soft matrices for functional operations under external stimuli such as light [7–9], temperature [10, 11], humidity [12], electric field [13], and magnetic field [14, 15]. The active components can be stimuli-responsive micro/nanoscale particles, fibers, wires, polymer chains, or chemical groups that can induce mechanical and coupled multiphysical responses of the matrix for various physical behaviors and tunable properties [16–19].

Among all the stimuli-responsive soft materials, magnetic soft composites, or magnetically responsive soft materials, allow untethered, fast, and reversible actuation and locomotion with multiple degrees of freedom (DOF) under a remote magnetic field. The superior performance of magnetically responsive soft materials in designing high power density actuators opens new horizons in soft robotics and biomedical fields [20–22]. The integrations of various types of magnetic fillers and soft matrices provide great versatility in creating different magnetically responsive soft materials, which possess the capabilities of precisely programmable shape transformation [23, 24], locomotion [25, 26], magnetic resonance [27], or remote heat generation [28]. With tunable magnitude, direction, and distribution, the applied magnetic fields can accomplish dexterous manipulation of magnetically responsive soft materials to realize multiple functionalities, which dramatically enhances the application potential of the material systems. Additionally, the magnetic fields can penetrate through a wide range of materials such as air, water, or a human body. Therefore, the magnetic soft composites can be manipulated in small and limited spaces, showing unique application potential in the fields of drug delivery and minimally invasive surgery.
Various functionalities have been achieved with different choices of magnetic fillers, polymeric matrices, and fabrication techniques in recent works. In this review, we will first focus on the recent advances in the material design and structure fabrication of various magnetic soft composites. With the understanding of the different types of magnetic soft composites, we will then orient our discussion on the most common functionalities of magnetic soft composites, including shape morphing and tunable properties, dynamic deformation-based navigation, object manipulation and assembly, heat generation and energy output, as well as reconfigurable electronics. We will also review numerous existing applications and tasks realized by these materials. Lastly, we will provide a short discussion on general magnetic field control.

2. Material composition

The functionality of a magnetically responsive material system relies on the material properties, including mechanical, electrical, and magnetic properties of the system. To enable various functionalities such as large shape-morphing, programmable deformation, large actuation force, and tunable physical properties, both materials and structures of the system require meticulous design. Magnetic soft materials incorporate different kinds of magnetic fillers with soft material matrices to form functional composites. With a wide range of filler options (ferromagnetic particles, superparamagnetic particles, permanent magnets, etc) and the polymer matrix options (hydrogels, soft elastomers, shape memory polymers (SMPs), etc), the components of the magnetic composites can be chosen along with suitable fabrication techniques to achieve preferred functionalities.

2.1. Functional magnetic fillers

Magnetic fillers are the crucial components of magnetically responsive soft materials that convert the electromagnetic energy into outputs, including mechanical deformation, work, and thermal energy via inductive heating. With a variety of filler types, such as ferromagnetic (including both hard-magnetic and soft-magnetic) particles, superparamagnetic particles, or permanent magnets to choose from, the designed material systems respond differently to the applied magnetic field.

2.1.1. Soft-magnetic fillers

In general, soft-magnetic fillers include iron, soft ferrite, iron-silicon alloys, iron-nickel alloys, etc. These materials have relatively high permeability and low coercivity compared to hard-magnetic materials. The magnetic hysteresis loop (magnetic flux density $B$ versus applied magnetic field $H$) of soft-magnetic materials is denoted by the orange curve in figure 1(a). The soft-magnetic materials cannot retain strong remanence $B_r$ after the magnetic field $H$ is modified or removed. Due to their relatively low coercivity $H_c$ (magnetic field required to demagnetize the material), soft-magnetic particles are easily demagnetized and remagnetized to the direction of the applied magnetic field. When applying the magnetic field, the soft-magnetic particles tend to align and show strong interactions due to the high permeability, as shown in figure 1(b). The particle-particle interaction deforms the soft polymeric matrix and leads to the overall deformation of the structure. This behavior is called the magnetostriction. Accompanied by the introduced strain due to the particle-matrix interaction, the stiffness of the structure can be actively tuned by controlling the magnetic field. When applying a gradient field to the magnetic composites, the magnetic body-force per volume generated by the soft-magnetic particles is expressed as

$$ F = \nabla B \cdot M, $$

(1)

in which $\nabla B$ is the gradient of the applied magnetic flux density, and $M$ is the magnetization of the body. The magnetic pulling force can also generate a body torque to bend the beam with locally constrained boundary conditions, such as a fixed end shown in figure 1(b). The controlled strain and stiffness changes of the magnetic composites induced by the magnetostrictive behavior demonstrate various applications such as vibration isolators, absorbers, and sensing devices [29–34]. For example, ferrogels and magnetorheological elastomers (MREs) are commonly fabricated by embedding soft-magnetic particles such as carbonyl iron in hydrogels and elastomers. More detailed discussions about this specific type of magnetic soft composites are also provided in previous reviews [35, 36]. By utilizing the magnetostrictive behavior, these materials behave as actuators and sensors to generate shape changes and detect forces and magnetic fields [37–39]. Over the past decades, works show significant efforts to theoretically describe and predict the magnetostrictive behavior of MREs on the influences of dipole interactions, microstructures, particle distributions, and particle shapes to the macroscopic mechanical behaviors of MREs [40–44]. Mechanics studies on the magnetic soft composites not only help understand the material behavior but also provide a powerful tool for material design.
Figure 1. Magnetic particle options commonly used for magnetic soft composites. (a) Magnetic flux density \(B\) with respect to magnetic field \(H\) curves of soft-magnetic and hard-magnetic particles. (b) The actuation mechanism of the soft-magnetic composites. (c) The actuation mechanism of the hard-magnetic composites.

2.1.2. Hard-magnetic fillers

Lacking the capability to retain magnetization under the external magnetic field, magnetic composites embedded with soft-magnetic particles show relatively low programming flexibility. To achieve good material programmability and realize more complex shape transformations, magnetically responsive materials embedded with hard-magnetic fillers such as neodymium-iron-boron (NdFeB), hard ferrite, alnico alloys, and samarium-cobalt are intensively explored in recent works [24, 45–47]. After being magnetized to saturation (for examples, \(\sim 1.6\) T for NdFeB and \(\sim 0.35\) T for hard ferrite) under a relatively large magnetic field, hard-magnetic materials show relatively low permeability compared to soft-magnetic materials, while retaining very high remanence \(B_r\) and large coercivity \(H_c\), as denoted by the blue curve in figure 1(a). When the applied magnetic field (usually much smaller than the field to magnetize the material) is not aligned with the magnetization direction of the hard-magnetic material, magnetic torque is induced to align the material’s magnetization direction with the applied field. When embedding these hard-magnetic particles into soft matrices, the micro-torques will deform the soft composite if there are local constraints such as a fixed end in figure 1(c). Here, the generated torque per volume that leads to elastic deformation of the soft material is expressed as

\[
\tau = M \times B,
\]

where \(B\) is the magnetic flux density, and \(M\), as previously defined, is the magnetization of the composite. With the programmable magnetization distributions within the hard-magnetic soft composites and the well-controlled external magnetic fields, the resultant torque distribution can facilitate complicated shape transformations [48–50]. In a recent work, efforts have been made by Zhao et al. on revealing the mechanics of hard-magnetic soft materials [51]. A constitutive model is developed to predict the finite deformation of hard-magnetic soft materials under the application of a magnetic field. The theoretical framework is further implemented in finite element analysis to predict the material’s deformation under magnetic actuation, which also guides the rational designs of both material magnetizations and actuation fields.

Note that when the ferromagnetic particles, including both the hard-magnetic and soft-magnetic particles, are sufficiently small (3–50 nm, depending on materials), superparamagnetism appears [52]. The particles show no remanence \(B_r\) and coercivity \(H_c\) while still possessing the high permeability that helps to provide actuation force as the soft-magnetic particles do under the applied magnetic field. Under a high-frequency alternating magnetic field, the superparamagnetic particles can also be inductively heated and serve as a heat source in the material systems, which is commonly used in the fields of hyperthermia therapy and drug delivery that will be discussed in later sections [53–55].
2.2. Functional soft polymeric matrices

The soft robotics and configurable structures generally build upon material systems that are mechanically soft. Different matrices have distinct and specialized properties for various functionalities. Apart from various magnetic fillers, the matrix of the magnetic composites also needs special consideration to achieve targeted functionalities for desired applications. In this section, we will discuss commonly used matrices in four categories: hydrogels, soft elastomers, SMPs, and fluids.

2.2.1. Hydrogels

Hydrogels are a type of polymers that have hydrophilic polymer chains and show elastic behavior. These polymer networks can contain more than 90 wt% of water. Due to their low stiffness, high carrier loading, and good biocompatibility, hydrogels show excellent capabilities in the field of biomedical applications. Incorporation of magnetic particles allows hydrogels to move and deform remotely, which increases their application potential in the fields of soft actuator \[47, 56-58\], drug delivery \[59-63\], and cell manipulation \[64-66\]. The magnetic hydrogels are very soft with stiffness comparable to tissues and organs, which permits large matrix compression or elongation under external magnetic fields. For example, if actuated by a permanent magnet, a porous magnetic hydrogel embedded with Fe\(_3\)O\(_4\) nanoparticles generates a large deformation with a compressive strain up to 80%, leading to a controlled release of drug and cell agents from the porous scaffold, as demonstrated by the fluorescence images in figure 2(a) \[61\]. The extraordinary biocompatibility also makes the hydrogels superior in specific biomedical applications. For instance, the magnetic body force induced by Fe\(_3\)O\(_4\) nanoparticles can levitate cells in the hydrogel under an external magnetic field, realizing a three-dimensional (3D) cell culture with faster cell growing speed and natural protein expression, as shown in figure 2(b) \[64\].

2.2.2. Soft elastomers

Elastomers are soft polymeric materials with elastic behaviors, which means that they are rubbery materials (Young’s modulus on the order of MPa) whose deformation is reversible under mechanical loads. Due to the softness and high failure strain, soft elastomers are commonly used as the matrix of magnetically responsive materials to allow large deformations. Silicone rubbers such as poly(dimethylsiloxane) and Ecoflex are commercially available examples that do not require complex chemical synthesis. Previous works demonstrate various deformation modes, including elongation, compression, twisting, and bending when embedding hard-magnetic or soft-magnetic particles in the elastomers. With the flexibility to program...
magnetization, hard-magnetic elastomers permit complex shape morphing capabilities [15, 45, 46, 48, 49, 69]. For example, programmable magnetization enables an artificial cilium with biomimetic motions of complicated recovery and power strokes shown in figure 2(c) [48]. As for MREs, the strong particle-particle interaction and particle-matrix interaction lead to strain and modulus shift, as shown in figure 2(d) [30, 67]. The controlled stiffness changes and the field-dependent properties of MREs are widely used for designing active vibration absorbers and isolators [31–34].

2.2.3. Shape memory polymers
Although the aforementioned soft matrices enable easy shape change under magnetic actuation, they fail to lock the deformed shape without a continuous application of the magnetic field. For applications that need to hold the deformed configurations, this requires continuous power consumption. In these cases, SMPs provide solutions to lock the deformed shape. SMPs are a kind of smart materials that are capable of memorizing temporary shapes and recovering their original shapes under external stimuli such as temperature, light, etc [70–73]. In a thermally triggered SMP, when the temperature is above the SMP's glass transition temperature \( T_g \), the material is at its rubbery state and is easy to deform. After the material is cooled down below \( T_g \), it turns to the glassy state and stays in the deformed shape. To recover, the SMP is heated to a temperature above the \( T_g \) and returns to its original shape. During the thermally-activated transition of the SMPs, the Young's modulus generally shifts orders of magnitude from several MPa to several GPa. Many studies have demonstrated approaches to trigger the phase transition and shape memory effect of SMPs by induction heating of magnetically responsive particles in SMP matrices under high frequency alternating magnetic field [28, 68, 74–78]. Carbon nanotubes and Fe\(_2\)O\(_3\) nanoparticles are commonly used fillers for induction heating and thermal activation of SMPs. Recent studies further integrate the magneto-thermal-responsive behaviors into the so-called magnetic SMPs, where two types of magnetic fields provide driving forces for both deformation and induction heating to change or lock the shape of the material in a controlled manner, as shown in figure 2(e) [23]. Furthermore, complex tasks can be achieved by integrating advanced capabilities such as self-healing and reprogramming into the SMP materials. For example, a reprogrammable SMP combines two kinds of units for actuation and geometry-stabilization, respectively. Applying alternating magnetic fields with different magnitudes can selectively activate the units with different transition temperatures, achieving shape configuration or shape reprogramming shown in figure 2(f) [68].

2.2.4. Magnetorheological fluids and particle-filled fluids
Magnetorheological fluid (MRF) usually consists of magnetic particles in fluids such as silicone oil, fluorocarbon, and water. MRFs show magnetostriction behavior or interesting shape changes under the influence of magnetic fields [79]. Unlike the constrained particles in the polymer network, the distributed particles can move freely in the fluid to instantaneously form chain-like structures under the applied magnetic field, showing a strong magnetorheological effect. Some works develop MRF-filled 3D-printed structures to actively tune the stiffness and damping coefficient of the systems [80–82]. Recent work demonstrates a magnetically responsive composite surface by infiltrating ferrofluid in a porous matrix with microchannels, in which case the magnetic nanoparticles exhibit controllable movement [83]. Under the applied gradient magnetic field, ferrofluid droplets can dynamically morph into multifunctional shapes and configurations, behaving as liquid robots with both cooperative and independent control [84–86].

3. Fabrication methods
Both material and geometry designs of the system decide the functionalities of magnetic soft composites. Advanced fabrication methods enable more complex structures and application possibilities. While the molding process shows the capability to fabricate 2D or relatively simple 3D geometries, additive manufacturing techniques, also known as 3D printing [87–89], help achieve rapid fabrications of complex structures of magnetically responsive soft materials. In this section, general fabrication methods of magnetically responsive soft materials will be discussed. A summary of the pros and cons of various fabrication methods is presented in table 1.

3.1. Molding
Molding is a widely used fabrication process of both hard-magnetic composites and soft-magnetic composites that is accomplished by mixing magnetic fillers and polymeric precursors thoroughly and curing to form specific shapes or structures in molds. Anisotropic composites with chain-like microstructures due to the particle alignment can be introduced under the application of magnetic fields during the curing process [90–92]. Materials embedded with hard-magnetic particles can be magnetized after solidification by
Table 1. State-of-the-art fabrication methods for magnetic soft composites.

| Methods               | Materials                      | Pros                                                                 | Cons                                      |
|-----------------------|--------------------------------|----------------------------------------------------------------------|-------------------------------------------|
| Molding               | Thermal-curable/Photo-curable resins | Simple fabrication; Programmable magnetization; Scalability          | 2D and relatively simple 3D geometries   |
| Two-photon polymerization | Photo-curable resins            | High resolution (sub-micron)                                         | High cost                                 |
| Direct ink writing     | Thermal-curable/Photo-curable resins | Versatile material types; Multi-material printing; Programmable magnetization during printing | Low resolution; Post-processing required |
| Digital light processing | Photo-curable resins            | High resolution; Programmable magnetization during printing; Fast fabrication | Single material (generally); Particle sedimentation |
| Fused filament fabrication | Thermoplastics                 | Multi-material printing                                             | Low resolution                            |
| Inkjet printing        | Photo-curable resins            | Multi-material printing; Fast fabrication                            | Complex control                           |
| Microfabrication       | —                              | High resolution (sub-micron)                                         | High cost                                 |
| Micro-assembly         | —                              | Programmable assembly of functional units                           | Complex control                           |

applying a large magnetic field to form a distributed magnetization [15, 46, 48, 93]. This programming method generally requires a well-designed fixture or fixing strategy to deform the material into the desired actuation shape before being magnetized. For example, as shown in figure 3(a), a beam composed of the inactive part (elastomer with aluminum particles) and active part (elastomer with NdFeB particles) is sandwiched between two fixtures with a predetermined profile [48]. This process helps assign a continuously varied magnetization into the composite beam.

3.2. Additive manufacturing

Additive manufacturing, or 3D printing, is a fabrication method used to construct an object layer by layer or filament by filament. Various types of printing methods have been recently developed for the fabrication of magnetically responsive soft materials, realizing not only complex structures from micrometer scales to centimeter scales but also programmable magnetization distribution. Two-photon polymerization has been explored in recent works to enable the microscopic fabrications of magnetic composites [94, 98–100]. Laser pulses are focused into photo-curable materials spatially and temporally to activate material polymerization of microstructures [101]. For example, as shown in figure 3(b), the biocompatible and biodegradable composite precursor polymerizes at the laser focal point, fabricating magnetic hydrogel robots with various dimensions by controlling the laser focus trajectories [94]. This technique allows the fabrication of numerous small and intricate 3D structures with submicron resolution [102–104]. This process greatly enhances the application potential of magnetic composites in biomedical fields.

Direct ink writing (DIW) printing is an extrusion-based additive manufacturing method by which materials with shear-thinning properties are extruded from printing nozzles. It is a flexible filament-by-filament printing method that serves as a tool for fabricating single or multi-material geometries, including magnetic hydrogels [105], elastomers [49, 106], and SMPs [78, 107] with complex structures and programmed magnetization distributions. Recent work develops a customized DIW printing system with in-situ magnetization programming capability, where the magnetizations of NdFeB particles are aligned along the extrusion direction under a localized magnetic field. By controlling the printing direction, structures with complicated geometries and magnetization distributions can be fabricated for desired functional deformations under the external magnetic field (figure 3(c) [49]). Digital light processing (DLP) is a printing method where photo-curable materials are exposed to a light pattern and crosslinked layer by layer. For DLP printing of magnetically responsive soft materials, resins with magnetic fillers can be selectively exposed to light source under a controllable magnetic field, programming magnetization during printing [95, 108–111]. The flexibility to print structures with both in-plane and out-of-plane magnetizations helps realize functional actuators shown in figure 3(d) [95].

Other types of 3D printing methods also provide alternative options for the fabrication of magnetically responsive materials. For example, by mixing Fe₃O₄ particles into melted poly-lactic acid (PLA), researchers
utilize fused filament fabrication to print PLA-based magnetic SMP filaments into 3D structures with remote-activated shape change under alternating magnetic field (figure 3(e) [96]). Recently, a customized inkjet printing system enables the rapid fabrication of multi-material structures with different mechanical, magnetic, and optical properties for designed magnetic actuation [112].

3.3. Other fabrication methods

Conventional microfabrication methods possess the ability to manufacture magnetic soft machines with the submicron resolution. For example, e-beam lithography effectively fabricates panels carrying single-domain nanomagnet array connected by hinge springs, as shown in figure 3(f) [24]. Taking advantage of reprogrammable magnetization of the nanomagnets, multiple modules of the 2D structures morph into several 3D patterns under the external magnetic fields. The superiority of the conventional micro/nanofabrication approach grants the proposed approach a resolution down to the nanometer scale. Apart from fabricating a single entity, recent efforts also realize assembled soft machines from given building blocks composed of various functional units and materials, providing an alternative option for creating microscale magnetic soft machines. For example, as shown in figure 3(g), non-magnetic body and magnetic wheels accomplish self-assembly under the guidance of dielectrophoretic forces induced by a gradient electric field [97]. To fabricate even smaller magnetic soft machines, the chemical-aid assembly can be used. In previous work, magnetic particles are connected by DNA to form a chain structure [113]. This structure can undulate under an oscillating magnetic field to function as a microscopic swimmer. In the future, there is still a large space to improve the fabrication of magnetic soft machines at the micrometer and even nanometer scale, attaining arbitrary 3D structures with advanced multifunctionalities.

4. Function and operation of magnetic soft materials

By integrating magnetically responsive fillers with various types of polymeric matrices, and by taking advantage of advanced fabrication techniques, excellent design flexibility can be achieved. Under an external magnetic field from permanent magnets or electromagnetic coils, the magnetic fillers can convert input electromagnetic energy into elastic energy, kinetic energy, and/or thermal energy for diverse functionalities. The programmable magnetic properties, including particle alignment and magnetization distribution, allow controllable shape morphing under the applied magnetic field, such as the metamaterial with dexterous shape transformations in figure 4(a) [114]. Navigation is an essential function of magnetically responsive soft materials, where the locomotion of the magnetic composite is implemented through complex dynamic motions such as crawling, rolling, jumping, and climbing that are controlled by tuning the magnitude and direction of the magnetic field (figure 4(b) [15]). With the capability of shape configuration and navigation under magnetic fields, magnetic composites are proven to be ideal candidates for delicate object manipulation [115, 116], as illustrated by the robot in figure 4(c). Under a high frequency alternating magnetic field, certain types of magnetic particles can generate a large amount of heat by inductive heating, and the generated heat can serve as direct energy output in the hyperthermia treatment of tumors. Heat can also be coupled with other physics of magnetic composites for functions such as the remote activation of shape memory effect, as demonstrated in figure 4(d) [74]. Moreover, the coupled behaviors of magnetic materials and magnetic field, as well as the multiphysics couplings of developed magnetically responsive soft materials, provide new strategies for configurable electronics and signal sensing (figure 4(e) [117]).

4.1. Programmable shape morphing and tunable properties

Well-designed magnetic soft materials exhibit controllable responses to an applied external magnetic field for large deformation as programmed. One advantage of magnetic soft composites is the programmability of magnetization distribution through magnetic particle alignment. As shown in figure 5(a), the Fe₃O₄ nanoparticles are aligned when regionally polymerizing the photo-curable resin, which assigns spatially distributed magnetic anisotropy in the actuator [108]. The alternating particle chain directions help the actuator achieve two wavy shapes by switching magnetic field directions. Another strategy to program the magnetic property is to assign the magnetization distribution of hard-magnetic materials for complex shape morphing. For example, by assigning a non-uniform and continuously changing magnetization distribution, a beam demonstrates a complicated time-varying undulatory deformation under a rotating magnetic field, as shown in figure 5(b) [45]. Exploring reprogrammability of magnetic soft composites also improves the shape morphing capability for reconfigurable deformations. For example, a recent effort demonstrates a magnetization reprogramming strategy by increasing the temperature above the embedded CrO₂ magnetic microparticles’ Curie temperature and cooling the magnetic soft composites with a reprogramming field on. This strategy enables on-demand magnetization erasing and rewriting with the assistance of localized
heating, which augments the configurability and adaptability of active metamaterials, as shown in figure 5(c) [118].

The properties and functionalities of the soft material systems are related to the configurations and deformations of the structures. With the ability to undergo large deformations as programmed, the mechanical [46, 80, 107, 121], optical [112, 122], and acoustic properties [120, 123–127], or wettability [106, 119] of magnetic soft composites are actively tunable under the applied magnetic field. For instance, an array of microplates embedded with aligned Fe microparticles possess a superhydrophobic or hydrophilic surface on each side of the plates (figure 5(d) [119]). The array can bend to one side or the other by changing the direction of the magnetic field, allowing the water droplet to either freely roll or pin on the structure's surface. As shown in figure 5(e), by designing structure geometries and magnetization distributions, an auxetic metamaterial shows actively controllable stiffness down to 20% of the initial stiffness under the external magnetic field [46]. With a considerable area shrinkage, both the number and the magnitude of the acoustic bandgaps can be tuned by tailoring the magnetic field [120]. Figure 5(f) illustrates an active metamaterial system with the structural integration of magnetic soft materials and magnetic SMPs. Its multiphysics responses under the cooperative thermal and magnetic stimuli enable shiftable mechanical behaviors such as shear, biaxial contraction and expansion, and bending, which considerably enhance the versatility of the metamaterial’s shape-changing capability [107]. An array of dipole elements can modify tilting angles under a relatively small magnetic field, and the configurable structure innovatively demonstrates tunable resonant frequency as an electromagnetic filter [128]. In recent work, an optimization algorithm is utilized to assign magnetic and non-magnetic polymers with distinct transmissions to different locations, realizing desired actuation and optical appearance under the applied magnetic field [112].
4.2. Dynamic deformation-based motion and navigation

Compared to other stimuli such as light, heat, or pH value, the magnetic field generated by electromagnetic coils can be regulated rapidly and precisely with preferred magnitude, direction, and distribution. With well-designed time-dependent uniform, gradient, oscillating, or rotating magnetic fields, the functional morphing and shape-changing capabilities of magnetic soft composites are further enhanced to realize dynamic motion and navigation under real-time control. For example, as shown in figure 6(a), magnetic-driven hydrogel microswimmers inspired by bacterial movements can attain controllable mobility under a rotating magnetic field [109]. By designing embedded magnetic particle alignments, different microrobot morphologies can be programmed with varied swimming performances. Figure 6(b) illustrates a microswimmer embedded with two magnets to assign discrete magnetization [129]. By applying a periodical magnetic field, the microswimmer reorients the magnets around a hinge to achieve reciprocal motions, mimicking scallop swimming. Apart from programming particle alignment and discrete magnetization, assigning continuous magnetization distribution enhances the versatility of dynamic deformation-based motion. For example, a bio-inspired jellyfish robot is designed with complex structures and magnetization distribution. The miniature swimming robot actively controls surrounding flows under different magnetic fields, accomplishing various tasks such as carrying cargos, searching for objects, and mixing chemicals, as shown in figure 6(c) [69]. Another work introduces asymmetric actuation in a swimming motion by combining folding and bending deformations for energy-efficient propelling, as illustrated in figure 6(d) [46]. Such highly efficient dynamic motions rely on cooperative dynamic deformations of different functional components in a robot. Recently, an evolutionary algorithm-based design strategy is developed to guide the functional design and fabrication of the soft magnetic actuators. The shape changes of legs of a trotting dog are taken as the target shapes for magnetic actuations, which determine magnetization distributions for the magnetic actuators to achieve the biomimetic two-beat walking motion, as shown in figure 6(e) [130].

With a wide range of magnetic fields from centimeter scales to human-sized scales, the controllable motion and navigation of magnetically responsive materials are highly applicable for biomedical purposes such as cell culture [64, 133–135], drug deliveries [60–62, 136–138], and minimally invasive surgeries [20, 139–143]. The untethered and fast control also makes dexterous operations of magnetic soft composites possible in a small and confined space such as the brain, stomach, liver, or vascular system. For instance, a small-scale hard-magnetic composite fiber coated with a layer of biocompatible hydrogel skin is recently presented. The robot steers and navigates within a complicated and confined vascular model by controlling
Figure 5. Programmable shape morphing and tunable properties of magnetic soft composites. (a) Actuator with predesigned particle alignment distribution (Reproduced with permission from [108]. Copyright 2011, Springer Nature). (b) Magnetic soft materials programmed with continuous magnetization for undulatory wave configurations (Reproduced with permission from [45]. Copyright 2014, AIP Publishing). (c) Magnetic auxetic metamaterial with encoded discrete magnetization and reprogrammable deformations (Reproduced with permission from [118]. Copyright 2020, the Authors, some rights reserved; exclusive licensee American Association for the Advancement of Science). (d) An array of Janus microplates with controllable wettability (Reproduced with permission from [119]. Copyright 2019, Wiley). (e) Auxetic metamaterials with actively tunable stiffness (Left: Adapted with permission from [46]. Copyright 2019, American Chemical Society) and acoustic bandgaps (Right: Adapted with permission from [120]. Copyright 2020, Wiley). (f) Active metamaterial with shiftable mechanical behaviors under the cooperative thermal and magnetic stimuli (Adapted with permission from [107]. Copyright 2020, American Chemical Society).

the applied magnetic field magnitude and direction, as displayed in figure 6(f) [22]. The controlled navigation capability of magnetically responsive soft materials lays the foundation for complex operations and multi-tasking abilities. A bi-layer magnetic hydrogel gripper, which navigates under a gradient magnetic field, is able to switch between folding and unfolding states under different pH values to release drugs on demand, as illustrated in figure 6(g) [63]. A microneedle that is fabricated by rolling up a magnetic polymer sheet can achieve controlled walking motion and drilling task on biological tissues [143]. With an attached permanent magnet, an origami-based robot achieves operations such as unfolding, locomotion, and releasing drugs to the wound area in the stomach model under the application of magnetic field [144]. Previous work demonstrates a soft capsule robot with magnetically controlled navigation and fine-needle biopsy capabilities. It successfully shows improvements of the diagnosis accuracy of the tumor by taking deep tissue samples under the surface of the gastrointestinal tract, as shown in figure 6(h) [131]. To realize even higher adaptability, recent works break the boundary between natural lives and artificial machines. Bio-hybrid systems of engineered cells with designed properties are demonstrated to navigate and release drugs controlled by the magnetic field [132, 145–149]. For example, bio-hybrid microswimmers are constructed from red blood cells and bacteria with improved biocompatibility, load-carrying ability, and configurability. The bacterium propels the robot through the magnetic pulling force from iron oxide nanoparticles that are loaded in the red blood cell, as demonstrated in figure 6(i) [132].
Figure 6. Magnetic soft composites for functional navigation. (a) Bio-inspired swimming robots embedded with aligned magnetic particles for self-folding (Reproduced with permission from [109]. Copyright 2016, Springer Nature). (b) Biomimetic scallop swimming robot (Reproduced with permission from [128]. Copyright 2014, Springer Nature). (c) Multifunctional bio-inspired magnetic jellyfish robot (Reproduced with permission from [69]. Copyright 2019, Springer Nature). (d) Magnetic swimming robot with asymmetric actuation for combined folding-bending deformation (Adapted with permission from [46]. Copyright 2019, American Chemical Society). (e) Biomimetic dog trot gait of a magnetic robot with synergistically controlled legs (Adapted with permission from [130]. Copyright 2020, Wiley). (f) Steering and navigation of a magnetically responsive catheter in a vascular model (Reproduced with permission from [22]. Copyright 2019, the Authors, some rights reserved; exclusive licensee American Association for the Advancement of Science). (g) Magnetic microgripper with controlled navigation and drug release (Reproduced from [63]. Copyright 2016, IOP Publishing). (h) Magnetically controlled capsule robot with the fine-needle biopsy capability (Reproduced with permission from [131]. Copyright 2020, Mary Ann Liebert, Inc.). (i) Bio-hybrid swimming robot guided by the magnetic field (Reproduced with permission from [132]. Copyright 2018, The Authors, some rights reserved; exclusive licensee American Association for the Advancement of Science).

4.3. Object manipulation and assembly

Modular assembly, widely used in modern industry and product design, is an approach to use independent and functional subdivisions or modules to integrate into customizable systems. Modularity provides design flexibility while requiring different groups of modules with well-designed functionalities and reliable inter-module connections for assembly. For magnetically responsive materials, the interactions between the magnetized materials, such as the dipole-dipole interaction of magnetic materials, provide a reliable assembly strategy. For example, as shown in figure 7(a), pneumatic actuators with different geometries and functions assemble into different robot assemblies by interactions between embedded magnets, allowing rapid robot prototype design or damaged part replacement [150].

The ability for the magnetically responsive materials to collect, operate, and assemble objects, makes the magnetic soft composites powerful tools for object manipulation and modular assembly due to the well-controlled transformation and transportation. For example, under the guidance of the magnetic field and controlled manipulation of thermal and pH conditions, a millimeter gripper goes through large and reversible deformations, showing the ability to grasp and excise a cluster of cells, as displayed in figure 7(b) [66]. At an even smaller scale, a magnetically driven robot succeeds in capturing, transporting, and releasing of an immotile sperm into a targeted egg, as shown in figure 7(c) [151]. Figure 7(d) illustrates a magnetic robot with properly regulated transportation and object delivery capability, which helps build different microstructures from metallic plate modules [152]. Furthermore, a method is demonstrated to precisely program complicated 3D geometries with adjustable morphologies and chemical features composed of
**Figure 7.** Manipulation of magnetic soft composites for functional assembly. (a) Part assembly of soft pneumatic robots by magnetic dipole interaction (Reproduced with permission from [150]. Copyright 2013, Wiley). (b) Magnetically and thermally controlled soft gripper grasping and cutting a cell cluster (Adapted with permission from [66]. Copyright 2015, American Chemical Society). (c) Capturing, transporting, and releasing of an immotile sperm cell via a magnetic robot (Reproduced with permission from [151]. Copyright 2016, American Chemical Society). (d) Different 2D structures assembled by the same building module via a magnetic robot (Reproduced with permission from [152]. Copyright 2010, Wiley). (e) Assembly of 3D structures with different shapes of building modules via a magnetic robot (Reproduced with permission from [153]. Copyright 2014, Springer Nature). (f) Magnetic field-assisted self-assembly and biomimetic swimming motions (Reproduced with permission from [154]. Copyright 2020, American Chemical Society). (g) Three-dimensional assembly of magnetic hydrogels embedded with cells (Adapted with permission from [65]. Copyright 2011, Wiley). (h) Cooperative behaviors of magnetic pillars to spray liquid (Reproduced with permission from [155]. Copyright 2020, American Chemical Society). (i) A swarm of robots to move an object cooperatively under the application of magnetic field (Adapted with permission from [156]. Copyright 2019, Springer Nature).

Apart from being utilized as the object manipulators, the magnetic soft composites themselves can serve as building modules due to their versatile and programmable multiphysical properties. Under a well-controlled magnetic field, magnetic modules can achieve functional self-assembly for preferred architectures. For instance, as shown in figure 7(f), microcubes assemble into a chain structure as magnetic coatings on the cubes are aligned under the applied magnetic field [154, 157]. After assembly, each half of the four-cube structure rotates up and down around the center connection under a periodic magnetic field, achieving a biomimetic reciprocal swimming motion [154]. Figure 7(g) illustrates a bottom-up assembly strategy that collects different magnetic hydrogel modules and forms a multilayer structure, which is embedded with living cells [65]. This building method provides a new possibility to fabricate 3D biological structures for *in-vitro* tissue engineering.

On the basis of controlling one or several objects, the cooperative actions of a group of magnetic modules pave a new avenue to perform certain tasks [155, 156, 158–163]. For example, a method to design, program, and control an array of magnetic pillars simultaneously and systematically is presented. The collective behaviors of the magnetic pillars with synergistic deformations help manipulate and spray the liquid under magnetic control, as shown in figure 7(h) [155]. The cooperative actions by a group of robots expand the
capability of the single robot and realize escalated functionality. An example of this is the on-demand control of a swarm of magnetic robots under the applied field as they collectively fulfill tasks such as moving an object, as demonstrated in figure 7(i) [156]. To control a group of objects to function as a whole, it is essential to understand the interactions of each object and the dynamics of the system. For instance, previous work thoroughly studies the dynamic self-assembly of magnetic discs on an air-water interface [163]. By modifying the disc morphologies, the pairwise interactions between the discs alter due to capillary force change, leading to different programmable magnetically guided assemblies.

4.4. Heat generation and energy output
When exposed to a high-frequency alternating magnetic field, magnetic particles dissipate thermal energy due to the magnetic hysteresis loss [164]. The functionality of the magnetically responsive materials to realize effective heat generation can be utilized for various applications. One category of applications is to directly exploit generated heat. Magnetic hyperthermia is an experimental approach to treat cancers by inductive heating of nanoparticles introduced into the tumor [53, 165–168]. Recently, a process is demonstrated to achieve localized hyperthermia treatment under the guidance of magnetic particle imaging. Ferrofluid can be traced and allocated to the targeted region by the applied gradient magnetic field, reducing the collateral damage to healthy organs, as shown in figure 8(a) [54]. Biocompatible composites with magnetic particles embedded in soft matrices are also developed to solve the off-target delivery problem while possessing other specialized properties. For example, a magnetic double network hydrogel exhibits outstanding mechanical properties and magnetic hyperthermia functionality, as shown in figure 8(b) [169].

Apart from directly utilizing the converted thermal energy, inductive heating can help tune the temperature-dependent properties of magnetically responsive soft materials. The generated thermal energy can also couple with multiphysics responses of the various types of soft matrices for shape transformations [172–174], drug deliveries [55], and self-healing [171, 175, 176]. For example, as shown in figure 8(c), under the applied alternating magnetic field, the inductively heated superparamagnetic particles in the magnetic hydrogel lead to matrix temperature increase, releasing drugs due to the matrix shrinkage [60]. The heat generation on an as-needed basis provides more possibilities and flexibilities for the functional operations of the magnetically responsive materials. In recent work, a magnetic microrobot swarm moves to a blood clot using a rotating magnetic field. The loaded tissue plasminogen activator is released under a high-frequency magnetic field, removing the blood clot for noninvasive thrombolysis, as shown in figure 8(d) [170]. Moreover, specialized properties of different polymeric matrices also incorporate inductive heating of magnetic particles for different functionalities. The strategy to actively tune the material’s mechanical properties can provide more flexibility when designing soft robotics and active metamaterials. For instance, a developed magnetic SMP actuator achieves remote activation of shape recovery shown in figure 8(e) [28]. When utilizing dynamic bonds in the polymer network, the self-healing property of the magnetic composite can be remotely activated, as illustrated in figure 8(f) [171].

4.5. Magnetic soft composites for electronics
Due to the ability to configure and modulate properties, flexible electronics show increasing importance in the applications of wearable devices, flexible sensors, and self-sensing soft robotics. When actively morphing the shape under a magnetic field, or passively by mechanical loading, the electromagnetic and electrical properties of magnetically responsive soft materials can be adjusted due to geometry change and particle relocation. Recent works demonstrate the possibility of using magnetically responsive soft materials for flexible electronics such as configurable antennas [177–179], electromagnetic filters [128], electric capacitors [180], inductors [181], and sensors [39, 182–187]. For example, a configurable antenna is made of the recently developed magnetic SMP coated with silver paste, allowing continuous height change with shape locking capability. The resonant frequency of the antenna can be actively tuned by morphing the height under the applied magnetic field, as shown in figure 9(a) [23]. Recent work develops a multifunctional magnetic origami system with coupled magneto-mechano-electric behaviors, as shown in figure 9(b) [188]. By integrating the programmed magnetic soft materials in a homogeneously distributed manner into the bistable origami assembly, the magnetic actuation provides independent control of the folding/unfolding of each unit cell with instantaneous shape locking, which enables various functions such as tunable physical properties and configurable electronics for digital computing.

While the magnetic fillers in the polymeric matrices enable shape transformations and tunable properties, extra functional fillers such as silver nanowires, graphene, and liquid metal can be added to the magnetic composite for enhanced functionalities. For example, by mixing silver nanowire networks into an MRE structure, the magnetic soft material shows coupled mechano-electro-magnetic properties. As shown in figure 9(c), under the external magnetic field, the interaction between magnetic chains leads to deformation and electrical property changes [189]. The resistance of the structure increases to 200% with a
magnetic field of 428 mT. The ultralight magnetic aerogels [182] exhibit up to 52% compression strain when applying a magnetic field, and the inner interaction between the graphene walls leads to a maximum of 53% resistance decrease, as shown in figure 9(d). A positive piezoconductive effect is demonstrated by mixing liquid metal droplets into MRE. When applying compression, the resistance of the structure decreases rapidly, as shown in figure 9(e) [190]. Such multiphysics coupling behaviors enable the self-sensing capability of magnetic composites. For example, an artificial cilium structure embedded with iron nanowires in the polymeric columns can detect mechanical deformations by exporting electrical signal changes, as shown in figure 9(f) [191]. With various mechano-electro-magnetic properties to design and exploit, magnetic composites exhibit wide application potentials and pave the way to achieve the self-sensing, integrated decision-making, and closed-loop control of intelligent and self-adaptive magnetic soft material systems.

5. Magnetic control

The programmable and controllable behaviors of the magnetic soft composites rely on the external application of magnetic fields. A permanent magnet is the most straightforward and easy-handling source of the magnetic field with tailorable direction and magnitude by adjusting the relative orientation and distance to the object manually or via a robot arm. Most of the applications require predictable and precisely controlled actuation and motion of the magnetic composite, which need reliable and precise programming of the robotic arm to move the magnets [192–194]. Various electromagnetic coils or array magnets are also commonly implemented [15, 23, 95, 195–198]. These strategies provide magnetic fields with controllable direction, magnitude, gradient, and frequency for functional operations of the magnetic composites free of mechanical moving systems.

5.1. Uniform magnetic fields

Uniform magnetic fields are usually applied to achieve predictable deformations of the magnetic composites without generating a magnetic pulling force [109, 129]. A Halbach array, which assembles permanent magnets in a ring pattern, produces a static uniform magnetic field within the ring [198, 199]. Helmholtz coils are widely adopted to generate uniform magnetic fields by a pair of circular coils, in which the applied current determines the direction and magnitude of the magnetic field [15, 23, 95]. Sophisticated motions can be realized by changing the external magnetic field in time. Superposition of the Helmholtz coils in three orthogonal axes creates the 3D magnetic fields which enable static or dynamic shape deformations in 3D.
5.2. Non-uniform magnetic fields

In addition to a uniform $B$ field, a field that is spatially non-uniform can generate more DOFs. For example, we can assume that three $B$ field components ($B_x$, $B_y$, $B_z$) are not uniform while their five independent first-order derivatives, i.e. the gradients terms ($B_{xx}$, $B_{xy}$, $B_{xz}$, $B_{yy}$, $B_{yz}$), are uniform [48, 195, 200]. Note that $B_{zz}$ is not an independent term as it satisfies $B_{xx} + B_{yy} + B_{zz} = 0$. With such an assumption, these five gradient terms can be additionally included to control the magnetic soft composites. In the work of Lum et al [48], all eight independent $B$ field parameters ($B_x$, $B_y$, $B_z$, $B_{xx}$, $B_{xy}$, $B_{xz}$, $B_{yy}$, $B_{yz}$) and the magnetization profile of the magnetic soft materials ($M_x$, $M_y$, $M_z$) are given as the design inputs, and an automatic computational optimization approach is formulated to generate a set of desired values for these design inputs, which can realize targeted kinematics for a fix-free beam structure made of magnetic soft composite. In order to control these eight $B$ field parameters independently, at least eight electromagnetic coils must be used. Previous work has reported an optimized configuration of these eight coils towards achieving sufficient magnetic gradient force in all spatial directions [195]. By using a similar formulation and different optimization cost function, coil configurations for other applications can also be achieved.

To achieve even more complex spatial variation in the $B$ field, the assumption on the uniform gradient terms can be further relaxed, and higher-order derivatives of the $B$ field can be introduced. This could potentially be very useful in creating complex control signals. For example, it can enable different magnetic gradient forces on a piece of magnetic soft material even with a homogeneous magnetization profile and consequently induce various deformations. However, such introduction of higher-order derivatives also means more electromagnets or permanent magnets should be used to control these newly introduced DOFs. Along this line, an example of pioneering efforts has been done by Dong et al, in which 2D arrays of permanent magnets are used to program different magnetic potential maps [158]. One pre-programmed permanent magnet array could simultaneously control many magnetic agents constrained on either the liquid or solid surfaces. To change the magnetic potential map, another pre-programmed 2D array must
replace the existing one. Such a constraint could be addressed in the future as the permanent magnets used could be swapped by smaller and more powerful electromagnets.

Due to the natural availability of the gradient coil and its imaging capacity, the magnetic resonance imaging (MRI) system has attracted significant attention in controlling untethered magnetic devices for medical applications [201]. The gradient coil unit in a typical MRI system consists of two sets of Golay coils and one set of Maxwell coil [202]. This gradient coil unit is designed to scan through the working area to sample the magnetic properties, which are used later to reconstruct the 3D image of the sample. Due to its nature as a measurement tool, the gradient coil is designed, fabricated, and calibrated very precisely. Thus, it can generate any accurate controlled magnetic gradient force in 3D space within its maximum strength. However, it should be noted that the main B field of MRI is very strong. For example, 3 T has been the mainstream for those MRIs deployed in the hospitals while 1.5 T system does exist, and 7 T system is under development [203]. Such a development towards a higher main B field is driven by the fact that a stronger main B field leads to a higher spatial resolution of the MR imaging [204]. Such a strong B field could be problematic for those magnetic soft composites that function through their magnetization profiles. This is because such a large B field may remagnetize the magnetic soft composite. Even if the composite can survive the remagnetization process, it would quickly deform and stay at a specific stable configuration as the torque induced by this main B field is huge. Since this main B field is also designed to be very constant and not vary temporally, the deformed composite cannot change its shape dynamically and consequently loses its mechanical characteristics as soft material. Therefore, the magnetic soft material should be selected very carefully to make the composite if applications with MRI are desired, or it will simply function as a rigid body without desired deformation. To improve the impact of the magnetic soft composite in MRI application, new materials with a higher coercivity field, or novel actuation mechanism for magnetic soft composites should be developed in the future.

6. Conclusion and perspectives

In this review, we focus on state-of-the-art works on magnetically responsive soft materials and the multifunctionality of the material systems, including shape morphing with tunable properties, dynamic motion and navigation, object manipulation and assembly, heat generation and energy output, as well as soft and configurable electronics. Numerous recent advances of magnetic soft composites in the fields of soft robotics, biomedical devices, active metamaterials, and electronics are discussed. Although possessing the merits of remote-controlled capability, fast actuation speed, and flexible programmability, developed magnetic soft composites still possess limitations. For example, the magnetic soft composites are more suitable for microscale to centimeter-scale applications at the current stage. The magnetic soft composites with even larger dimensions may lose their advantages due to the actuating systems’ bulkiness. The external magnetic field also affects all magnetically responsive materials within the field simultaneously. It requires extra efforts to achieve both on-demand localized and global controls by specially designed material properties, more complex magnetic actuations, and multi-physics control methods. Thus, more efforts should take place to promote soft magnetic composites for real applications in an intelligent way. There are two main trends for the coming studies to work on to elevate the system complexity and capability to the next level, as illustrated in figure 10.

From the material perspective, magnetically responsive soft materials still have a large space for further exploration even though possessing all the advantages discussed above. Combining the advantages of different material systems by multiphysics control with the response to light, temperature, electric field, humidity, and magnetic field, one may obtain enhanced soft materials with multifunctionality that adapt to different application scenarios. Also, the flexibility to program the material property as well as the applied magnetic field, poses certain application difficulties of magnetically responsive soft materials. One emerging field utilizes optimization algorithms and artificial intelligence (AI) to guide the design and control of the material systems. Taking the magnetic soft robots as an example, to satisfy the high complexity level of the desired robotic motion, the material system requires rationally designed physical (mechanical, magnetic, etc) properties and external control, which might be difficult to implement through the manual approaches, or the so-called brute-force approaches. As a tool to enlarge the application potentials of magnetically responsive soft materials, AI-guided design strategy helps to make the materials even more intelligent to use. With the development of techniques, the boundary between machines and lives becomes vague. A simple cell can be viewed as an intricate machine that provides countless inspirations and extraordinary functions. In recent works, bio-hybrid systems that combine living cells, tissues, or animals with artificial materials provide new possibilities for designing and controlling multifunctional devices, paving the way for more complex and adaptive soft robots.
From the system perspective, autonomous control of the stimuli-responsive materials, which enables materials themselves to sense, react, and achieve programmed tasks on their own, makes the systems intelligent; however, most of the current works are still at the stage of open-loop control. The abilities to integrate self-sensing, decision making, and closed-loop control, make the systems perform complicated tasks autonomously. By taking advantage of emerging hardware and algorithms, intelligent magnetically responsive material systems can become a reality. Moreover, with the operation of a single piece of magnetically responsive soft materials being well understood, the capability to manipulate multiple magnetic robots closely and cooperatively is essential in future works. This requires good communication between multiple objects and reliable coordination to function as a whole system. With the development of the system, centralized control of different objects synergistically and collaboratively leads to intelligent magnetically responsive soft materials for enhanced functionalities.

Acknowledgments

S W, Q Z, and R Z acknowledge the support from the National Science Foundation (NSF) Career Award (CMMI-1943070), NSF Award (CMMI-1939543), and NSF Award (EFMA-2029643). W H and M S are funded by the Max Planck Society, European Research Council (ERC) Advanced Grant SoMMoR project with Grant No. 834531, and German Research Foundation (DFG) Soft Material Robotic Systems (SPP 2100) Program with Grant No. 2197/3-1.

ORCID iDs

Metin Sitti @ https://orcid.org/0000-0001-8249-3854
Ruike Zhao @ https://orcid.org/0000-0002-9292-5267

References

[1] Hines L, Petersen K, Lum G Z and Sitti M 2017 Soft actuators for small-scale robotics Adv. Mater. 29 1603483
[2] Bertoldi K, Vitelli V, Christensen J and van Hecke M 2017 Flexible mechanical metamaterials Nat. Rev. Mater. 2 1–11
[3] Cianchetti M, Laschi C, Menciassi A and Dario P 2018 Biomedical applications of soft robotics Nat. Rev. Mater. 3 143–53
[4] Sitti M 2018 Miniature soft robots—road to the clinic Nat. Rev. Mater. 3 74
[5] Kim D-H, Ghaffari R, Lu N and Rogers J A 2012 Flexible and stretchable electronics for biointegrated devices Annu. Rev. Biomed. Eng. 14 113–28
[6] Amjadi M, Kyung K U, Park I and Sitti M 2016 Stretchable, skin-mountable, and wearable strain sensors and their potential applications: a review Adv. Funct. Mater. 26 1678–98
[7] Iamsaard S, Alshoff S J, Matt B, Kudernac T, Cornelissen J J, Fletcher S P and Katsonis N 2014 Conversion of light into macroscopic helical motion Nat. Chem. 6 229–35
Shahsavaran H, Aghakhani A, Zeng H, Guo Y, Davidson Z S, Priimagi A and Sitti M 2020 Bioinspired underwater locomotion of light-driven liquid crystal gels Proc. Natl Acad. Sci. 117 5125–33

Li M, Wang X, Dong B and Sitti M 2020 In-air fast response and high speed jumping and rolling of a light-driven hydrogel actuator Nat. Commun. 11 1–10

Mao Y, Yu K, Isakov M S, Wu J, Dunn M L and Qi H J 2015 Sequential self-folding structures by 3D printed digital shape memory polymers Sci. Rep. 5 13616

Kotikian A, Truby R L, Boley J W, White T J and Lewis J A 2018 3D printing of liquid crystal elastomeric actuators with spatially programmed nematic order Smart Mater. Struct. 28 1706164

Gladmam A S, Matsuimoto E A, Nuzzo R G, Mahadevan L and Lewis J A 2016 Biomimetic 4D printing Nat. Mater. 15 413–8

Li T, Li G, Liang Y, Cheng T, Dai J, Yang X, Liu B, Zeng Z, Huang Z and Lu Y 2017 Fast-moving soft electronic fish Sci. Adv. 3 e1602045

Jang B, Gutman E, Stucki N, Setz B F, Wendel-García P D, Newton T, Pokki J, Ergeneman O, Pané S and Or Y 2015 Undulatory locomotion of magnetic multilink nanoswimmers Nano Lett. 15 4829–33

Hu W, Lumn G Z, Mastrangeli M and Sitti M 2018 Small-scale soft-bodied robot with multimodal locomotion Nature 554 81–85

Zhang Y, Zhang F, Yan Z, Ma Q, Li X, Huang Y and Rogers J A 2017 Printing, folding and assembly methods for forming 3D mesostructures in advanced materials Nat. Rev. Mater. 2 1–17

Siu C, Liu J, Lin S and Zhao X 2020 Hydrogel machines Mater. Today. Today 36 102–24

Kuang X, Wu J, Chen K, Zhao Z, Ding Z, Hu F, Fang D and Qi H J 2019 Grayscale digital light processing 3D printing for highly functionally graded materials Sci. Adv. 5 eaav5790

Liu R, Kuang X, Deng J, Wang Y C, Wang A C, Ding W, Lai Y C, Chen J, Wang P and Lin Z 2018 Shape memory polymers for body motion energy harvesting and self-powered mechatrosensing Adv. Mater. 30 1705195

Yim S and Sitti M 2011 Design and rolling locomotion of a magnetically actuated soft capsule endoscope IEEE Trans. Robot. 28 185–94

Huang H-W, Ulu F E, Katsamba P, Lauga E, Sakar M S and Nelson B J 2019 Adaptive locomotion of artificial microswimmers Sci. Adv. 5 eaau1332

Kim Y, Parada G A, Liu S and Zhao X 2019 Ferromagnetic soft continuum robots Sci. Robot. 4 eaax7329

Ze Q, Kuang X, Wu S, Wong J, Montgomery S M, Zhang R, Kovitz J M, Yang F, Qi H J and Zhao R 2020 Magnetic shape memory polymers with integrated multifunctional shape manipulation Adv. Mater. 32 1906657

Cui J, Huang T-Y, Luo Z, Testa P, Gu H, Chen X-Z, Nelson B J and Heyderman L J 2019 Nanomagnetic encoding of shape-morphing micromachines Nature 575 164–8

Diller E, Floyd S, Pawaše C and Sitti M 2011 Control of multiple heterogeneous magnetic microrobots in two dimensions on nonspecialized surfaces IEEE Trans. Robot. 28 172–82

Lu H, Zhang M, Yang Y, Huang Q, Fukuda T, Wang Z and Shen Y 2018 A bioinspired multilegged soft millirobot that functions in both dry and wet conditions Nat. Commun. 9 1–7

Yang K, Hu L, Ma X, Ye S, Cheng L, Shi X, Li C, Li Y and Liu Z 2012 Multimodal imaging guided photothermal therapy using functionalized graphene nanosheets anchored with magnetic nanoparticles Adv. Mater. 24 1688–72

Mehr R, Kratz K, Weigel T, Lucka-Gabor M, Moneke M and Lendlein A 2006 Initiation of shape-memory effect by inductive heating of magnetic nanoparticles in thermoplastic polymers Proc. Natl Acad. Sci. 103 3540–5

Deng H and Gong X 2007 Adaptive tuned vibration absorber based on magnetorheological elastomer J. Intell. Mater. Syst. Struct. 18 1205–10

Guo X, Dong X and Ou J 2008 Magnetostriuctive effect of magnetorheological elastomer J. Magn. Magn. Mater. 320 158–63

Deng H-X, Gong X-L and Wang L-H 2006 Development of an adaptive tuned vibration absorber with magnetorheological elastomer Smart Mater. Struct. 15 N111

Li Y, Li J, Tian T and Li W 2013 A highly adjustable magnetorheological elastomer base isolator for applications of real-time adaptive control Smart Mater. Struct. 22 095020

Behrooz M, Wang X and Gordaninejad F 2014 Modeling of a new semi-active/passive magnetorheological elastomer isolator Smart Mater. Struct. 23 045013

Liao G, Gong X, Xuan S, Kang C and Zong L 2012 Development of a real-time tunable stiffness and damping vibration isolator based on magnetorheological elastomer J. Intell. Mater. Syst. Struct. 23 23–33

Li X, Huang G, Zhang X, Li B, Chen Y, Lu T, Lu T J and Ju F 2013 Magnetic hydrogels and their potential biomedical applications Adv. Funct. Mater. 23 660–72

Li Y, Li J, Li W and Hu H 2014 A state-of-the-art review on magnetorheological elastomer devices Smart Mater. Struct. 23 123001

Zhou G and Jiang Z 2004 Deformation in magnetorheological elastomer and elastomer–ferromagnet composite driven by a magnetic field Smart Mater. Struct. 13 309

Zirniy M 2000 Intelligent polymer gels controlled by magnetic fields Colloid Polym. Sci. 278 98–103

Kim S, Kim P, Park C-Y and Choi S-B 2016 A new tactile device using magneto-rheological sponge cells for medical applications: experimental investigation Sensors Actuators A 239 61–69

Jolly M R, Carlson J D, Muñoz B C and Bollons T A 1996 The magnetoviscoelastic response of elastomer composites consisting of ferrous particles embedded in a polymer matrix J. Intell. Mater. Syst. Struct. 7 613–22

Porcino A and Bruno O 2001 On the magneto-elastic properties of elastomer–ferromagnet composites J. Mech. Phys. Solids 49 2877–919

Shen Y, Golnaraghi M F and Hepler G R 2004 Experimental research and modeling of magnetorheological elastomers J. Intell. Mater. Syst. Struct. 15 27–35

Galipeau E and Castañeda P P 2012 The effect of particle shape and distribution on the macroscopic behavior of magnetoeleastic composites Int. J. Solids Struct. 49 1–17

Galipeau E and Castañeda P P 2013 A finite-strain constitutive model for magnetorheological elastomers: magnetic torques and fiber rotations J. Mech. Phys. Solids 61 1065–90

Diller E, Zhuang J, Zhan L, Dyer G, M. R and Sitti M 2014 Continuously distributed magnetization profile for millimeter-scale elastomeric undulatory swimming Appl. Phys. Lett. 104 174101

Wu S, Ze Q, Zhang R, Hu N, Cheng Y, Yang F and Zhao R 2019 Symmetry-breaking actuation mechanism for soft robotics and active metamaterials ACS Appl. Mater. Interfaces 11 41649–58
[47] Du X, Cui H, Xu T, Huang C, Wang Y, Zhao Q, Xu Y and Wu X 2020 Reconfiguration, camouflage, and color-shifting for biosinspired adaptive hydrogel-based millirobots Adv. Funct. Mater. 30 1909202

[48] Lum G Z, Ye Z, Dong X, Marvi H, Erin O, Hu W and Sitti M 2016 Shape-programmable magnetic soft matter Proc. Natl Acad. Sci. 113 E6007–15

[49] Kim Y, Yuk H, Zhao R, Chester S A and Zhao X 2018 Printing ferromagnetic domains for untethered fast-transforming soft materials Nature 558 274–9

[50] Zhang R, Wu S, Ze Q and Zhao R 2020 Micromechanics study on actuation efficiency of hard-magnetic soft active materials J. Appl. Mech. 87 091008

[51] Zhao R, Kim Y, Chester S A, Sharma P and Zhao X 2019 Mechanics of hard-magnetic soft materials J. Mech. Phys. Solids 124 244–63

[52] Marghussian V and Marghussian V 2015 Magnetic properties of nano-glass ceramics Nano-glass Ceramics (Oxford: William Andrew Publishing) 181–223

[53] Latorre M and Rinaldi C 2009 Applications of magnetic nanoparticles in medicine: magnetic fluid hyperthermia P. R. Health Sci. J. 28 227–38 (https://pubmed.ncbi.nlm.nih.gov/19715115/)

[54] Tay Z W, Chandrasekharan P, Chiu-Lam A, Hensley D W, Dhavalikar R, Zhou X Y, Yu E Y, Goodwill P W, Zheng B and Rinaldi C 2018 Magnetic particle imaging-guided heating in vivo using gradient fields for arbitrary localization of magnetic hyperthermia therapy ACS Nano 12 3699–713

[55] Moros M, Ildiago-López J, Asín L, Moreno-Antolín E, Beola L, Grazi V, Fratila R M, Gutiérrez I. and de la Fuente J M 2019 Triggering antitumoural drug release and gene expression by magnetic hyperthermia Adv. Drug Deliv. Rev. 138 326–43

[56] Zrenyi M, Szabó D and Kilian H-G 1998 Kinetics of the shape change of magnetic field sensitive polymer gels Polym. Gels Netw. 6 441–54

[57] Tang J, Yin Q, Qiao Y and Wang T 2019 Shape morphing of hydrogels in alternating magnetic field ACS Appl. Mater. Interfaces 11 21194–200

[58] Zrenyi M, Bariši and Buki A 1996 Deformation of ferrogels induced by nonuniform magnetic fields J. Chem. Phys. 104 8750–6

[59] Franciosi N J, Allo S, Jacobo S E and Daraio C M E 2007 Composites of polymeric gels and magnetic nanoparticles: preparation and drug release behavior J. Appl. Polym. Sci. 105 647–55

[60] Satarkar N S and Hilt J Z 2008 Magnetic hydrogel nanocomposites for remote controlled pulsatile drug release J. Control. Release 130 246–51

[61] Zhao X, Kim J, Cezar C A, Huebsch N, Lee K, Bouthadi K and Mooney D J 2011 Active scaffolds for on-demand drug and cell delivery Proc. Natl Acad. Sci. 108 67–72

[62] Cezar C A, Kennedy S M, Mehta M, Weaver J C, Gu L, Vandenburch H and Mooney D J 2014 Biphasic ferrogels for triggered drug and cell delivery Adv. Healthcare Mater. 3 1869–76

[63] Li H, Gao G, Ko S Y, Park J-O and Park S 2016 Magnetic actuated pH-responsive hydrogel-based soft micro-robot for targeted drug delivery Smart Mater. Struct. 25 027001

[64] Souza G R, Molina J R, Raphael R M, Ozawa M G, Stark D J, Levin C S, Bronk I F, Ananta J S, Mandeljan J and Georgescu -M -M 2010 Three-dimensional tissue culture based on magnetic cell levitation Nat. Nanotechnol. 5 291–6

[65] Xu F, Wu C A M, Rengarajan V, Finley T D, Keles H O, Sung Y, Li B, Gurtan U A and Demirci U 2011 Three-dimensional magnetic assembly of microscale hydrogels Adv. Mater. 23 4254–60

[66] Breger J C, Yoon C, Xiao R, Kwaq H R, Wang M O, Fisher J P, Nguyen T D and Gracies D H 2015 Self-folding thermo-magnetically responsive soft microgrippers ACS Appl. Mater. Interfaces 7 5398–405

[67] Yao J, Sun Y, Wang Y, Fu Q, Xiong Z and Liu Y 2018 Magnet-induced aligning magnetoreological elastomer based on ultra-light matrix Compos. Sci. Technol. 162 170–9

[68] Wang L, Razaqza M Y, Rudolph T, Heuchel M, Nöchel U, Mansfeld U and Jiang Y, Gould O E C, Behl M, Kratz K and Lendlein A 2018 Reprogrammable, magnetically controlled polymer nanocomposites actuator Mater. Horiz. 5 861–7

[69] Ren Z, Hu W, Dong X and Sitti M 2019 Multi-functional soft-bodied jellyfish-like swimming Nat. Commun. 10 1–12

[70] Jiang H, Kelch S and Lendlein A 2006 Polymers move in response to light Adv. Mater. 18 1471–5

[71] Xie T 2010 Tunable polymer multi-shape memory effect Nature 464 267–70

[72] Wu J, Yuan C, Ding Z, Isakov M, Mao Y, Wang T, Dunn M L and Qi H J 2016 Multi-shape active composites by 3D printing of digital shape memory polymers Sci. Rep. 6 24224

[73] Xiao R, Guo J, Sartramski D L and Nguyen T D 2015 Solvent-driven temperature memory and multiple shape memory effects Soft Matter 11 3977–85

[74] Kumar U N, Kratz K, Wagemaker W, Behl M and Lendlein A 2010 Non-contact actuation of triple-shape effect in multiphase polymer network nanocomposites in alternating magnetic field J. Mater. Chem. 20 3404–15

[75] Razaqza M Y, Anhalt M, Fromm I and Weidenfeller B 2007 Thermal, electrical and magnetic studies of magnetite filled polyurethane shape memory polymers Mater. Sci. Eng. A 444 227–35

[76] He Z, Satarkar N, Xie T, Cheng Y F and Hilt J Z 2011 Remote controlled multishape polymer nanocomposites with selective radiofrequency activations Adv. Mater. 23 3192–6

[77] Razaqza M, Behl M and Lendlein A 2012 Magnetic memory effect of nanocomposites Adv. Funct. Mater. 22 184–91

[78] Wei H, Zhang Q, Yao Y, Liu L, Liu Y and Leig J 2017 Direct-write fabrication of 4D active shape-changing structures based on a shape memory polymer and its nanocomposite ACS Appl. Materials Interfaces 9 876–83

[79] De Vicente J, Klingenberg D J and Hidalgo-Alvarez R 2011 Magnetoreological fluids: a review Soft Matter 7 3701–10

[80] Jackson J A, Messner M C, Dudukovic N A, Smith W L, Bekker L, Golobic A M, Pascall A J, Duoss E B and Loh K J 2018 Multifunctional ferrofluid-infused surfaces with reconfigurable multiscale topography Nature 559 77–82

[81] Fan X, Sun M, Sun L and Xie H 2020 Reconfigurable ferrofluid droplets as liquid microbots with multiple deformabilities Adv. Funct. Mater. 30 2000138

[82] Timonen J V, Latikka M, Leibler L, Ras R H and Ikkala O 2013 Switchable static and dynamic self-assembly of magnetic droplets on superhydrophobic surfaces Science 341 253–7

[83] Fan X, Dong X, Karakocal A C, Xie H and Sitti M 2020 Reconfigurable multifunctional ferrofluid droplet robots Proc. Natl Acad. Sci. 117 27916–26
[87] Kuang X, Roach D J, Wu J, Hamel C M, Ding Z, Wang T, Dunn M L and Qi H J 2019 Advances in 4D printing: materials and applications Adv. Funct. Mater. 29 1803590
[88] Wang X, Jiang M, Zhou Z, Gou J and Hui D 2017 3D printing of polymer matrix composites: a review and prospective Composites B 110 442–58
[89] Truby R L and Lewis J A 2016 Printing soft matter in three dimensions Nature 540 371–8
[90] Chen L, Gong X and Li W 2007 Microstructures and viscoelastic properties of anisotropic magnetoreheological elastomers Smart Mater. Struct. 16 2645
[91] Hu K, Sun J, Guo Z, Wang P, Chen Q, Ma M and Gu N 2015 A novel magnetic hydrogel with aligned magnetic colloidal assemblies showing controllable enhancement of magnetothermal effect in the presence of alternating magnetic field Adv. Mater. 27 2507–14
[92] Mitsumata T and Ohori S 2011 Magnetic polyurethane elastomers with wide range modulation of elasticity Polym. Chem. 2 1063–7
[93] Mananmachiaypor L and Tiantian X 2020 Magnetic soft robot with the triangular head-tail morphology inspired by lateral undulation IEEE/ASME Trans. Mechatronics (https://doi.org/10.1109/TMECH.2020.2988718)
[94] Bozuyuk U, Yasa O, Yasa I C, Ceylan H, Kizilel S and Sitti M 2018 Light-triggered drug release from 3D-printed magnetic chitosan microswimmers ACS Nano 12 9617–25
[95] Xu T, Zhang J, Salehizadeh M, Onatizahi O and Diller E 2019 Millimeter-scale flexible robots with programmable three-dimensional magnetization and motions Sci. Robot. 4 eaa4494
[96] Zhang F, Wang L, Zheng Z, Liu Y and Leng J 2019 Magnetic programming of 4D printed shape memory composite structures Compos. Part A Appl. Sci. Manuf. 125 105571
[97] Alapan Y, Yigit B, Beker O, Demirots A F and Sitti M 2019 Shape-encoded dynamic assembly of mobile micromachines Nat. Mater. 18 1244–51
[98] Tottori S, Zhan L, Qi F, Krawczyz K K, Franco-Obregón A and Nelson B J 2012 Magnetic helical micromachines: fabrication, controlled swimming, and cargo transport Adv. Mater. 24 811–6
[99] Peters C, Hoop M, Pané S, Nelson B J and Hierold C 2016 Degradable magnetic composites for minimally invasive interventions: device fabrication, targeted drug delivery, and cytotoxicity tests Adv. Mater. 28 533–8
[100] Ceylan H, Yasa I C, Yasa O, Tabak A F, Giltinan J and Sitti M 2019 3D-printed biodegradable microswimmer for theranostic cargo delivery and release ACS Nano 13 3353–62
[101] Guo Y, Shalhav S and Sitti M 2020 3D microscale structures of liquid crystal networks with programmed voxelized director fields Adv. Mater. 32 2002753
[102] Sun H C M, Liao P, Wei T, Zhang L and Sun D 2020 Magnetically powered biodegradable microswimmers Micromachines 11 404
[103] Jeon S, Park S H, Kim S W, Kim J Y and Choi H 2020 Development of magnetically driven microrobots for targeted cell delivery, and their characterization in in vitro, ex vivo and in vivo environments Proc. IEEE 33rd Int. Conf. on Micro Electro Mechanical Systems (MEMS), IEEE pp 2–5
[104] Dong M, Wang X, Chen X Z, Mushtra F, Deng S, Zhu C, Torlakic H, Terzopouloa A, Qin X H and Xiao X 2020 3D-printed soft magnetoelectric microswimmers for delivery and differentiation of neuron-like cells Adv. Funct. Mater. 30 1910323
[105] Chen Z, Zhao D, Liu B, Nian G, Li X, Yin J, Lu S and Yang W 2019 3D printing of multifunctional hydrogels Adv. Funct. Mater. 29 1900971
[106] Roh S, Okello I B, Golbasi N, Hankwitz J B, Liu J A C, Tracy J B and Velev O D 2019 3D-printed silicone soft architectures with programmed magneto-capillary reconfiguration Adv. Mater. Technol. 4 1800528
[107] Ma C, Wu S, Ze Q, Kuan X, Zhang R, Qi H J and Zhao R 2020 Magnetic multimaterial printing for mimicking shape transformation with tunable properties and shiftable mechanical behaviors ACS Appl. Mater. Interfaces (https://doi.org/10.1021/acsami.0c13863)
[108] Kim J, Chung S E, Choi S E, Lee H, Kim J and Kwon S 2011 Programming magnetic anisotropy in polymeric microrobots Nat. Mater. 10 747–52
[109] Huang H W, Sakar M S, Petruska A J, Pané S and Nelson B J 2016 Soft micromachines with programmable motility and morphology Nat. Commun. 7 1–10
[110] Ji Z, Yan C, Yu B, Wang X and Zhou F 2017 Multimaterials 3D printing for free assembly manufacturing of magnetic driving soft actuator Adv. Mater. Interfaces 4 1700629
[111] Lantean S, Barrera G, Pirri C F, Tiberto P, Sangermano M, Roppolo I and Rizza G 2019 3D printing of magnetoresponsive polymeric materials with tunable mechanical and magnetic properties by digital light processing Adv. Mater. Technol. 4 1900505
[112] Sundaram S, Skouras M, Kim D S, van den Heuvel L and Matusik W 2019 Topology optimization and 3D printing of multimaterial magnetic actuators and displays Sci. Adv. 5 eaaw1160
[113] Dreyfus R, Baudry J, Roper M L, Fermoigier M, Stone H A and Bibette J 2005 Microscopic artificial swimmers Nature 437 862–5
[114] Gu H, Boehler Q, Ahmed D and Nelson B J 2019 Magnetic quadrupole assemblies with arbitrary shapes and magnetizations Sci. Robot. 4 eaa9877
[115] Miyashita S, Guitron S, Li S and Rinoz K 2017 Robotic metamorphosis by origami exoskeletons Sci. Robot. 2 eaa4369
[116] Miyashita S, Guitron S, Ludersdorfer M, Sung C R and Rus D 2015 An untethered miniature origami robot that self-folds, walks, swims, and degrades Proc. IEEE Int. Conf. on Robotics and Automation (ICRA) (IEEE) pp 1496–60
[117] Hellebrekers T, Kromer O and Majidi C 2019 Soft magnetic skin for continuous deformation sensing Adv. Intell. Syst. 1 1900025
[118] Alapan Y, Karacakol A C, Guzelhan S N, Isik I and Sitti M 2020 Reprogrammable shape-morphing of magnetic soft machines Sci. Adv. 6 eabc6414
[119] Jiang S, Hu Y, Wu H, Zhang Y, Zhang X, Wang Y, Zhang Z, Zhu W, Li J and Wu D 2019 Multifunctional Janus microplates arrays actuated by magnetic fields for water/light switches and bio-inspired assamulatory coloration Adv. Mater. 31 1807507
[120] Montgomery S M, Wu S, Kuang X, Armstrong C D, Zemelka C, Ze Q, Zhang R, Zhao R and Qi H J 2020 Magneto-mechanical metamaterials with widely tunable mechanical properties and acoustical bands Adv. Funct. Mater. 20 05319
[121] Cervino A, Sheridan R, Frecrer M, Simpson T W and Von Lockette P 2016 Bistable compliant mechanism using magneto active elastomer actuation J. Intell. Mater. Syst. Struct. 27 2049–61
[122] Koepele C A, Guix M, Bl C, Adam G and Cappelleri D I 2020 3D-printed microrobots with integrated structural color for identification and tracking Adv. Intell. Syst. 2 1900147
[123] Zhang S and Gao Y 2018 Gap evolution of Lamb wave propagation in magneto-electric phononic plates with pillars and holes by modulating magnetic field and stress loadings J. Appl. Phys. 124 244102
[124] Bilal O R, Foehr A and Daratio C 2017 Bistable metamaterial for switching and cascading elastic vibrations Proc. Natl Acad. Sci. 114 4603–6
[125] Robillard J-F, Matar O B, Vasseur J, Deymier P A, Stripinger M, Hladky-Hennion A-C, Penney G and Djafari-Rouhani B 2009 Tunable magnetoeelastic phononic crystals. Appl. Phys. Lett. 95 124104

[126] Pierce C D, Willey C L, Chen V W, Hardin J O, Berrigan J D, Juul A T and Matlack K H 2020 Adaptive elastic metasurfaces from magneto-electric elastomers. Smart Mater. Struct. 29 065004

[127] Xu Z, Tong J and Wu F 2018 Magnetothermoelastic elastomer vibration isolation of tunable three-dimensional locally resonant acoustic metamaterial Solid State Commun. 271 51–55

[128] Zendejas J M, Gianvittorio J P, Rahmat-Samii Y and Judy J W 2006 Magnetic MEMS reconfigurable frequency-selective surfaces. J. Micromech. Microeng. 15 613–23

[129] Qiu T, Lee T-C, Mark A G, Morozov K I, Münster R, Mierka O, Turek S, Lebansky A M and Fischer P 2014 Swimming by reciprocal motion at low Reynolds number Nat. Commun. 5 1–8

[130] Wu S, Hamel C M, Ze Q, Yang F, Qi H J and Zhao R 2020 Evolutionary algorithm-guided voxel-encoding printing of functional hard-magnetic soft active materials Adv. Intell. Syst. 2 2000060

[131] Son D, Gilbert H and Sitti M 2017 Soft microrobots: untethered and actuated soft capsule endoscope for fine-needle biopsy Soft. Robot. 7 10–21

[132] Alapan Y, Yasa O, Schauer O, Gilimian J, Banaf F, Souriak V and Sitti M 2018 Soft erythrocyte-based bacterial microswimmers for cargo delivery Sci. Robot. 3 eaar4423

[133] Tseng P, Judy J W and Di Carlo D 2012 Magnetic nanoparticle-mediated massively parallel modulation of single-cell behavior Nat. Methods 9 1113

[134] Tognato R, Armiento A R, Bonfrate V, Levato R, Malda J, Alini M, Egrin D, Giancane G and Serra T 2019 A stimuli-responsive nanocomposite for 3D anisotropic cell-guidance and magnetic soft robotics Adv. Funct. Mater. 29 1804647

[135] Tasoglu S, Yu C H, Liuadaskaya V, Guven S, Migliaresi C and Demirci U 2015 Magnetic levitational assembly for living material science Proc. IEEE/RSJ Int. Conf. on Intelligent Robots and Systems (IROS), IEEE pp 181–6

[136] Kennedy S, Roco C, Deléris A, Spoerri P, Cezar C, Weaver J, Vandenburgh H and Mooney D 2018 Improved magnetic regulation of delivery profiles from ferrogels Biomaterials 161 179–89

[137] Chen W, Sun M, Fan X and Xie H 2020 Magnetic/pH-sensitive double-layer microrobots for drug delivery and sustained release Appl. Mater. Today 19 100383

[138] Calbanch P, Pena-Francesch, A, Sheehan D, Bozuyuk U, Yasa O, Borros S and Sitti M 2020 Zwitterionic 3D-printed non-immunogenic stealth micromotors Adv. Mater. 32 2003013

[139] Yim S and Sitti M 2012 Shape-programmable soft capsules for implantable drug delivery IEEE Trans. Robot. 28 1198–202

[140] Chautems C, Tonazzini A, Floreano D and Nelson B J 2017 A variable stiffness catheter controlled with an external magnetic field Proc. IEEE/RJS Int. Conf. on Intelligent Robots and Systems (IROS), IEEE pp 181–6

[141] Lee S, Kim J Y, Kim J, Hoshia A K, Park J, Lee S, Kim J, Panel S, Nelson B J and Choi H 2020 A needle-type microrobot for targeted drug delivery by affixing to a microtissue Adv. Healthcare Mater. 9 1901697

[142] Azizi A, Tremblay C C, Gagné K and Martel S 2019 Using the fringe field of a clinical MRI scanner enables robotic navigation of tethered instruments in deeper vascular regions Sci. Robot. 4 eaax7342

[143] Xi W, Solovey A A, Ananth N A, Gracias D H, Sanchez S and Schmidt O G 2013 Rolled-up magnetic microdridders: towards remotely controlled minimally invasive surgery Nano Lett. 13 1294–7

[144] Miyashita S, Guiron S, Yoshida K, Li S, Damian D D and Rus D 2016 Ingestible, controllable, and degradable origami robot for patching stomach wounds Proc. IEEE Int. Conf. on Robotics and Automation (ICRA), IEEE pp 909–16

[145] Zhong D, Li W, Qi Y, He J and Zhou M 2020 Photosynthetic biobody nanoswimmers system to alleviate tumor hypoxia for FI/PA/MR imaging-guided enhanced photo-photodynamic synergistic therapy Adv. Funct. Mater. 30 1901395

[146] Yasa O, Ercok P, Alapan Y and Sitti M 2018 Microalgae-powered microswimmers toward active cargo delivery Adv. Mater. 30 1804130

[147] Xu H, Medina-Sánchez M, Maitz M F, Werner C and Schmidt O G 2020 Sperm micromotors for cargo delivery through flowing blood ACS Nano 14 2982–93

[148] Singh A V, Kishore V, Santomao G, Yasa O, Bill J and Sitti M 2020 Mechanical coupling of puller and pusher active microswimmers influences motility Langmuir 36 5435–43

[149] Pena-Francesch A, Gilimian J and Sitti M 2019 Multifunctional and biodegradable self-propelled protein motors Nat. Commun. 10 1–10

[150] Kowk S W, Morin S A, Mosadeh B, So J H, Shepherd R F, Martinez R V, Smith B, Simeone F C, Stokes A A and Whitesides G M 2014 Magnetic assembly of soft robots with hard components Adv. Funct. Mater. 24 2180–7

[151] Medina-Sánchez M, Schwarz L, Meyer A K, Hebenstreit F and Schmidt O G 2016 Cellular cargo delivery: toward assisted fertilization by sperm-carrying micromotors Nano Lett. 16 555–61

[152] Solovev A A, Sanchez S, Pumera M, Mei Y F and Schmidt O G 2010 Magnetic control of tubular catalytic microbots for the transport, assembly, and delivery of micro-objects Adv. Funct. Mater. 20 2430–5

[153] Tasoglu S, Diller E, Guven S, Sitti M and Demirci U 2014 Untethered micro-robotic coding of three-dimensional material composition Nat. Commun. 5 1–9

[154] Han K, Shields C W, Bhatti B, Atzrou B, Aliri A P and Vele O D 2020 Active reversible swimming of magnetically assembled ‘microscallops’ in non-newtonian fluids Langmuir 36 7148–54

[155] Jeon J, Park J E, Park J S, Won S, Zhao H, Kim S, Shim B S, Urbas A, Hart A J and Ku Z 2020 Shape-programmed fabrication and actuation of magnetically active micropropel rollers ACS Appl. Mater. Interfaces 12 17113–20

[156] Won S, Kim S, Park J E, Jeon J and Wie J J 2019 On-demand orbital maneuver of multiple soft robots via hierarchical magnetomotility Nat. Commun. 10 1–8

[157] Han K, Shields C W, Diwakar N M, Bhatti B, López G P and Vele O D 2017 Sequence-encoded colloidal origami and microbot assemblies from patchy magnetic cubics Sci. Adv. 3 e1701108

[158] Dong X and Sitti M 2020 Controlling two-dimensional collective cooperative and behavioral control of magnetic microrobot swarms Int. J. Robot. Res. 39 617–38

[159] Wang Z, Wang K, Liang D, Yan L, Ni K, Huang H, Li B, Guo Z, Wang J and Ma X 2020 Hybrid magnetic micropillar arrays for programmable actuation Adv. Mater. 32 2001879

[160] Gu H, Boehler Q, Cui H, Secchi E, Savarona G, De Marco C, Gervasoni S, Peyron Q, Huang T-Y and Pane S 2020 Magnetic cilia carpets with programmable metachronal waves Nat. Commun. 11 1–10

[161] Hsu A, Zhao H, Gaudreault M, Foy A W and Pelrine R 2020 Magnetic Milli-Robot swarm platform: a safety barrier certificate enabled, low-cost test bed IEEE Robot. Autom. Lett. 5 2913–20
[162] Yigit B, Alapan Y and Sitti M 2019 Programmable collective behavior in dynamically self-assembled mobile microrobotic swarms Adv. Sci. 6 1801837
[163] Wang W, Giltinan J, Zakharchenko S and Sitti M 2017 Dynamic and programmable self-assembly of micro-rafts at the air-water interface Sci. Adv. 3 e1602522
[164] Herdt R, Andra W, D’Ambly C G, Hilger I, Kaiser W A, Richter U and Schmidt H-G 1998 Physical limits of hyperthermia using magnetic fine particles IEEE Trans. Magn. 34 3745–54
[165] Hilger I, Herdt R and Kaiser W Use of magnetic nanoparticle heating in the treatment of breast cancer Proc. IEEE Proc.-Nanobiotechnology, IET pp 33–39
[166] Meenach S A, Hitt J Z and Anderson K W 2010 Poly (ethylene glycol)-based magnetic hydrogel composites for hyperthermia cancer therapy Acta Biomater. 6 1039–46
[167] Zhang Z-Q and Song S-C 2016 Thermosensitive/superparamagnetic iron oxide nanoparticle-loaded nanocapsule hydrogels for multiple cancer hyperthermia Biomaterials 106 13–23
[168] Kumar C S and Mohammad F 2011 Magnetic nanomaterials for hyperthermia-based therapy and controlled drug delivery Adv. Drug Deliv. Rev. 63 789–808
[169] Tang J, Qiao Y, Chu Y, Tong Z, Zhou Y, Zhang W, Xie S, Hu J and Wang T 2019 Magnetic double-network hydrogels for tissue hyperthermia and drug release J. Mater. Chem. B 7 1511–21
[170] Xie M, Zhang W, Fan C, Wu C, Feng Q, Wu J, Li Y, Gao R, Li Z and Wang Q 2020 Bioinspired soft microrobots with precise magneto-collective control for microvascular thrombolysis Adv. Mater. 32 2000366
[171] Holhbein N, Shaaban A and Schmidt A 2015 Remote-controlled activation of self-healing behavior in magneto-responsive ionomic composites Polymer 69 301–9
[172] Du L, Xu Z-Y, Fan C-J, Xiang G, Yang K-K and Wang Y-Z 2018 A fascinating metallo-supramolecular polymer network with thermal/magnetic/light-responsive shape-memory effects anchored by Fe3O4 nanoparticles Macromolecules 51 705–15
[173] Cai Y, Jiang J-S, Liu X-W, Zeng Y and Zhang W-G 2013 Magnetically-sensitive shape memory polyurethane composites crosslinked with multi-walled carbon nanotubes Composites A 53 16–23
[174] Kaiser A, Winkler M, Krause S, Finkelman H and Schmidt A M 2009 Magnetoactive liquid crystal elastomer nanocomposites J. Mater. Chem. 19 538–43
[175] Huang J, Cao L, Yuan D and Chen Y 2018 Design of novel self-healing thermoplastic vulcanizates utilizing thermal/magnetic/light-triggered shape memory effects ACS Appl. Mater. Interfaces 10 40996–1002
[176] Zhang Y, Yang B, Zhang X, Xu L, Tao L, Si L and Wei Y 2012 A magnetic self-healed hydrogel Chem. Commun. 48 9305–7
[177] Baek C-W, Song S, Park J-H, Lee S, Kim J-M, Choi W, Cheon C, Kim Y-K and Kwon Y 2003 A V-band micromachined 2-D beam-steering antenna driven by magnetic force with polymer-based hinges IEEE Trans. Microw. Theory Tech. 51 325–31
[178] Langer J-C, Zou J, Liu C and Bernhard J T 2003 Micromachined reconfigurable out-of-plane microstrip patch antenna using plastic deformation magnetic actuation IEEE Microw. Wirel. Compon. Lett. 13 120–2
[179] Pal J, Donzelli F, Piazza D, Bain J A and Piazza G 2019 Magnetically reconfigurable pixelated antenna Microw. Opt. Technol. Lett. 61 2348–53
[180] Bica I, Liu Y D and Choi H J 2012 Magnetic field intensity effect on plane electric capacitor characteristics and viscoelasticity of magnetoreological elastomer Colloid Polym. Sci. 290 1115–22
[181] Lazarus N, Meyer C D, Bedair S S, Slipher G A and Kierzewski I M 2015 Magnetic elastomers for stretchable inductors ACS Appl. Mater. Interfaces 7 10080–4
[182] Xu X, Li H, Zhang Q, Hu H, Zhao Z, Li J, Li J, Qiao Y and Gogotsi Y 2015 Self-sensing, ultralight, and conductive 3D graphene/iron oxide aerogel elastomer deformable in a magnetic field ACS Nano 9 3969–77
[183] Khan M A, Alfadhel A, Kosel J and BakoIta M 2016 Fabrication and characterization of magnetic composite membrane pressure sensor Proc. IEEE Sensors Applications Symp. (IEEE) pp 1–5
[184] Wang H, De Boer G, Kow J, Alazmani A, Ghajari M, Hwerson R and Culmer P 2016 Design methodology for magnetic field-based soft tri-axis tactile sensors Sensors 16 1336
[185] Dwivedi A, Ramakrishnan A, Reddy A, Patel K, Ozel S and Onal C D 2018 Design, modeling, and validation of a soft magnetic 3-D force sensor IEEE Sens. J. 18 3852–63
[186] Alfadhel A, Li B and Kosel J 2014 Magnetic polymer nanocomposites for sensing applications Proc. IEEE SENSORS (IEEE) pp 2066–9
[187] Kawasetsu T, Horii T, Ishihara H and Asada M 2018 Mexican-hat-like response in a flexible tactile sensor using a magnetoreological elastomer Sensors 18 587
[188] Novelino I S, Ze Q, Wu S, Paulino G H and Zhao R 2020 Untethered control of functional origami micro-robots with distributed actuation Proc. Natl Acad. Sci. 117 24096–101
[189] Hu T, Xuan S, Ding L and Gong X 2018 Stretchable and magneto-sensitive strain sensor based on silver nanowire-polyurethane sponge enhanced magnetoreological elastomer Mater. Des. 156 528–37
[190] Yun G, Tang S-Y, Sun S, Yuan D, Zhao Q, Deng L, Yan S, Hu D, Dickey M D and Li W 2019 Liquid metal-filled magnetoreological elastomer with positive piezoelectricity Nat. Commun. 10 1–9
[191] Alfadhel A and Kosel J 2015 Magnetic nanocomposite cilia tactile sensor Adv. Mater. 27 7888–92
[192] Mahoney A W and Abbott J J 2013 Generating rotating magnetic fields with a single permanent magnet for propulsion of untethered magnetic devices in a lumen IEEE Trans. Robot. 30 411–20
[193] Fountain T W, Kailat P V and Abbott J J 2010 Wireless control of magnetic helical microrobots using a rotating-permanent-magnet manipulator Proc. IEEE Int. Conf. on Robotics and Automation (IEEE) pp 576–81
[194] Alshafeei M E, Hosney A, Klingner A, Misra S and Khalil I S, Magnetic-based motion control of a helical robot using two synchronized rotating dipole fields Proc. 5th IEEE RAS/EMBS Int. Conf. on Biomedical Robotics and Biomechatronics (IEEE) pp 151–6
[195] Kummer M P, Abbott J J, Kratochvil B E, Borer R, Sengul A and Nelson B J 2010 OctoMag: an electromagnetic system for 5-DOF wireless micromanipulation IEEE Trans. Robot. 26 1006–17
[196] Floyd S, Diller E, Pawase C and Sitti M 2011 Control methodologies for a heterogeneous group of untethered magnetic micro-robots Int. J. Robot. Res. 30 1553–65
[197] Tang S, Zhang X, Sun S, Yuan D, Zhao Q, Yan S, Deng L, Yun G, Zhang J and Zhang S 2018 Versatile microfluidic platforms enabled by novel magnetoreological elastomer microactuators Adv. Funct. Mater. 28 1705484
[198] Baun O and Blümmer P 2017 Permanent magnet system to guide superparamagnetic particles J. Magn. Magn. Mater. 439 294–304
[199] Bjørk R, Bahl C R H, Smith A and Pryds N 2008 Optimization and improvement of Halbach cylinder design. J. Appl. Phys. 104 013910
[200] Diller E, Giltinan J, Lum G Z, Ye Z and Sitti M 2016 Six-degree-of-freedom magnetic actuation for wireless microrobotics. Int. J. Robot. Res. 35 114–28
[201] Erin O, Boyvat M, Tiryaki M E, Phelan M and Sitti M 2020 Magnetic resonance imaging system–driven medical robotics. Adv. Intell. Syst. 2 1900110
[202] Hidalgo-Tobon S 2010 Theory of gradient coil design methods for magnetic resonance imaging. Concepts Magn. Reson. A 36 223–42
[203] Mathieu J-B, Beaudoin G and Martel S 2006 Method of propulsion of a ferromagnetic core in the cardiovascular system through magnetic gradients generated by an MRI system. IEEE Trans. Biomed. Eng. 53 292–9
[204] Dula A, Welch E, Creasy J, Gatenby J, Stringer E, Chen L, Anderson A, Avison M and Gore J Challenges and opportunities of ultra-high field MRI. Proc. 3rd Int. Conf. on the Development of Biomedical Engineering in Vietnam, Springer pp 1–5